Conjugated Polymer/Graphene Oxide Nanocomposites—State-of-the-Art

Ayesha Kausar

National Center For Physics, Quaid-i-Azam University Campus, Islamabad 44000, Pakistan; dr.ayeshakausr@yahoo.com

Abstract: Graphene oxide is an imperative modified form of graphene. Similar to graphene, graphene oxide has gained vast interest for the myriad of industrial applications. Conjugated polymers or conducting polymers are well known organic materials having conducting backbone. These polymers have semiconducting nature due to $\pi$-conjugation along the main chain. Doping and modification have been used to enhance the electrical conductivity of the conjugated polymers. The nanocomposites of the conjugated polymers have been reported with the nanocarbon nanofillers including graphene oxide. This review essentially presents the structure, properties, and advancements in the field of conducting polymer/graphene oxide nanocomposites. The facile synthesis, processability, and physical properties of the polymer/graphene oxide nanocomposites have been discussed. The conjugated polymer/graphene oxide nanocomposites have essential significance for the supercapacitors, solar cells, and anti-corrosion materials. Nevertheless, the further advanced properties and technical applications of the conjugated polymer/graphene oxide nanocomposites need to be explored to overcome the challenges related to the high performance.

Keywords: graphene oxide; conjugated polymer; nanocomposite; conductivity; supercapacitor

1. Introduction

Conducting polymers or conjugated polymers form important group of polymers having semiconductivity and electronic materials [1]. The discovery of conjugated polymers is reported back to 1970s, which led to the development of wide range of conducting polymers polyacetylene, polycarbazole, polyaniline, polypyrrole polythiophene, etc. [2–4]. The conjugated polymers have beneficial electronic, optical, durability, heat stability, and other physical properties [5,6]. These polymers shown wide ranging applications in supercapacitors, sensors, photovoltaics, light emitting diodes, and electronic devices [7–9]. The conducting polymers have also been used in the biomedical field [10,11]. Graphene is a two dimensional one atom thick nanocarbon nanomaterial [12,13]. Graphene oxide, modified form of graphene, is remarkable candidate for the formation of polymeric nanocomposites [14,15]. Graphene oxide has been filled in the conjugated, thermoplastic, and thermosetting matrices. The polymer/graphene oxide nanocomposites have been explored for the thermal, mechanical, and electrical properties and advance applications [16,17]. Graphene oxide based nanomaterials have found applications in the photovoltaics, supercapacitors, sensors, batteries, fuel cells, radiation shielding, etc. [18–20]. In this review, essential prospects of the conducting polymer/graphene oxide nanocomposites have been presented. Particularly, the preparation, properties, and advanced performance of the conducting polymer based nanocomposites have been discussed. The conducting polymer/graphene oxide have found future potential for the efficient materials for energy devices and corrosion resistance materials. Conjugated polymer design and modification, and graphene oxide modification can be focused to improve the performance of the conducting polymer/graphene oxide in the technical applications.
2. Graphene Oxide

Graphene is a nanoallotropic form of carbon [21]. The word ‘graphene’ is derived from graphite with the suffix ‘-ene’. In graphite, the graphene nanosheets are stacked together through the weak dispersion forces. Graphene is a two dimensional monolayer of carbon atoms [22]. Graphene consists of a single layer of hexagonally arranges carbon atoms [23]. It is a thinnest known material in the word. The carbon atoms in one atom thick layer nanostructure are sp² hybridized and have delocalized π-electron clouds [24]. Graphite is an inexpensive source of graphene [25]. The graphene has been produced on large scale through the exfoliation and micro-mechanical cleavage of graphite. Moreover, the sophisticated techniques such as chemical vapor deposition, plasma enhanced chemical vapor deposition and thermal chemical vapor deposition techniques have been used [26].

Graphene oxide (GO) is an important modified form of graphene. GO simply consists of a graphene nanosheet with the surface groups [27,28]. GO possess the hydrophilic surface functionalities including the epoxide, carboxylic acid, hydroxyl, carbonyl, etc. [29]. Figure 1 compares the structure of graphene and GO. Various methods have been used to develop GO including the Brodie, Hummers and Offeman, and modified Hummers method [30]. Initially, Brodie method has been used i.e., the mixture of potassium chlorate and nitric acid converts graphite to GO [31]. Hummers and Offeman proposed the use of potassium permanganate, sodium nitrate, and sulfuric acid to transform graphite to GO [32]. An important use of GO has been found with the polymer matrices. GO has been used to enhance the electrical conductivity, thermal stability, thermal conductivity, chemical stability, and mechanical constancy. The polymer/GO nanocomposites have been used in the electronics [33], sensors [34], supercapacitors [35], energy devices [36], membranes [37,38], etc.

![Graphene and graphene oxide](image)

**Figure 1.** Graphene and graphene oxide.

3. Conjugated Polymer

Conjugated polymers or conducting polymers form an important separate class of polymers. Conjugated polymers are usually not characterized under the general groupings of the thermoplastic or thermosetting polymers. The intrinsically electrically conducting polymers or conjugated polymers have electrical and optical properties alike semiconductors [39]. However, the conjugated polymers have the advantages of light weight and easy processing compared with the metal based materials [40]. Such conjugated organic polymers are also known as synthetic metals [41]. The intrinsically conjugated polymers have integral conjugated electron system and high electron affinity [42]. There are al-
ternating single and double bonds in the structure causing delocalized electrons in the hybrid orbitals. The electrical conductivity of the conjugated polymers has been further enhanced using the dopants and oxidation-reduction reactions. The electron movement of the double bonds to the neighbouring atoms usually causes charge transfer through the system, which is often designated as resonance. The charge mobility may lead to the electrical conductivity of the polymers. The presence of charge in the conjugated polymers have caused increased doping capability of these materials. Initially, polyacetylene was discovered and considered as an intrinsically electrically conjugated polymer [43]. The electrical conductivity of polyacetylene has been studied and enhanced with the doping [44,45]. Other important electrically conducting polymers are polyaniline (PANI) [46], polypyrrole (PPy) [47], polythiophene (PTh) [48], poly (p-phenylene) [49], polycarbazole [50], and their derivative polymers (Figure 2). Among the conjugated polymers, PANI is an important and mostly used conjugated polymer. Polyaniline has fine processing, facile synthesis, employ inexpensive monomers, high conductivity, and potential applications [51]. Bhadra et al. [52] studied the electrical conductivity of PANI. The electron transport and percolation threshold phenomenon of the PANI matrix have been studied. All the intrinsically electrically conducting polymers have fine physical properties, the facile synthesis techniques, and the technical fields.

![Chemical structures of some important conducting polymers](image)

**Figure 2.** Some important conducting polymers.

### 4. Conjugated Polymer/Graphene Oxide Nanocomposites

Graphene and GO have been considered as efficient nanofillers for the polymeric nanocomposites [53–55]. Graphene and GO have been used to improve the electrical, mechanical, thermal, and other physical properties of the polymer/graphene and polymer/graphene oxide nanocomposites [56,57]. Pristine graphene has dispersion problems in the polymer matrices due to the nanosheet wrinkling. As compared with graphene, GO possess surface functionalities for better dispersion in the polymer nanocomposites [58]. Consequently, the interfacial interactions between the polymers and GO nanosheets may resolve the dispersion problems. Appropriate processing techniques are also essential for better nanofillers dispersion [59]. The homogeneous GO dispersion may result in the high glass transition temperature, thermal stability, conductivity, and mechanical strength of the nanocomposites. Accordingly, the conjugated polymers such as PANI, PPy, and PTh have been filled with graphene and GO to form the nanocomposites [60–62].
Popolyaniline and GO based nanocomposites have been successfully designed [63]. Li et al. [64] formed the polyaniline/reduced graphene oxide nanocomposites using in situ polymerization. The aniline monomer and GO contents affected the morphology of the nanocomposites. Chauhan et al. [65] filled the PANI matrix with the reduced GO to develop the nanocomposites. The increase in the reduced GO contents improved the electrical conductivity and capacitance of the polyaniline/reduced graphene oxide nanocomposites [66]. The surface functional GO such as substituted with sulfonic groups has also been used as the nanofiller for conducting polymers [67,68]. The polyaniline/sulfonated GO nanocomposites possess high electron transport properties [69]. Fan et al. [70] converted GO to sulfonated graphene and filled in the PANI matrix to form the polyaniline/sulfonated graphene (PANI/SG) nanocomposites. The in situ polymerization was used. Figure 3 depicts the process of the conversion of GO into SG nanosheet. Here, the benzene sulfonic acid was used to convert the GO into SG. Transmission electron microscopy (TEM) was used to study the morphology of SG obtained from GO, PANI, and SG/PANI nanocomposite (Figure 4a–c). The SG had plate-like structure, whereas neat PANI form nanorods. The PANI/SG shown homogeneously dispersed sheet like morphology. The homogeneous morphology was due to the interactions between the polymer and sulfonated nanofillers. Gao et al. [71] prepared reduced GO nanofiller using NaBH₄. Then, the reduced GO was covalently grafted to the aniline monomer using p-phenylenediamine, aryldiazonium salt, and NaNO₂. In this way, several systems of the polyaniline/graphene oxide nanocomposites have been designed and studied for the important properties and applications.

Figure 3. Schematic of SG, PANI/SG nanocomposite, and multilayer film assembled based on multiple interactions between positively charged PANI and negatively charged SG [70]. SG = sulfonated graphene.
Polypyrrole is also an important conjugated polymer known for its easy synthesis, solubility, and high electrical conductivity [72]. Graphene nanofillers have been used to form the polypyrrole/graphene nanocomposites [73–75]. GO has been used with the PPy matrix to increase the physical properties of polypyrrole/graphene oxide (PPy/GO) nanocomposites [76,77]. GO dispersion in the PPy matrix has been used to increase the physical properties [78]. The synergistic effects in PPy/GO have improved the electrochemical properties, electron mobility and thermal transport in the systems. Moreover, GO has been used to increase the mechanical properties and thermal stability of the PPy/GO nanocomposites [79]. The electrochemical polymerization, in situ route, and emulsion polymerization have been used as successful methods to form the PPy/GO nanocomposites [80,81]. Deng et al. [82] used the electrochemical technique to form the PPy/GO nanocomposites. The platinum electrode was used as references and coated with the PPy and PPy/GO nanocomposites. The electrochemical synthesis route for the formation of the nanocomposite is given in Figure 5. The nanocomposite was developed using the electrostatic interactions between the pyrrole cations and negatively charged GO nanosheets. Figure 6 shows the electrochemical impedance spectroscopy (EIS) results for the Pt electrode and the electrodes modified with PPy and PPy/GO with different GO contents.
Figure 5. Electrochemical deposition of PPy/GO coating on the Pt electrode site [82]. PPy/GO = polypyrrole/graphene oxide; Pt = platinum.

Figure 6. Electrochemical properties of Pt electrode modified with electrochemically deposited PPy, PPy/GO (0.5), and PPy/GO (1.0) coatings [82]. PPy/GO = polypyrrole/graphene oxide; Pt = platinum.

The neat Pt electrode had higher impedance than the PPy and nanocomposites in the frequency range of $10^2$–$10^5$ Hz. The nanofiller loading of 1 wt.% further reduced the impedance, compared with the 0.5 wt.% PPy/GO. The impedance values of the PPy, PPy/GO (0.5 wt.%), and PPy/GO (1.0 wt.%) were 115 kΩ, 40 kΩ, and 26 kΩ, respectively. The difference in the impedance values were attributed to the morphological difference and effect of GO in the nanocomposites.

Polythiophene and its derivatives are important matrices for the nanocomposites [83]. Shamsayei et al. [84] prepared the polythiophene/graphene oxide (PTh/GO) nanocomposites. The electrochemical technique was used for the PTh/GO nanocomposites. The conductivity and morphology properties were studied. Yang et al. [85] proposed the poly...
Polythiophene and its derivatives are important matrices for the nanocomposites [83]. Shamsayei et al. [84] prepared the polythiophene/graphene oxide (PTh/GO) nanocomposites. The electrochemical technique was used for the PTh/GO nanocomposites. The conductivity and morphology properties were studied. Yang et al. [85] proposed the poly(3-hexylthiophene)/reduced modified graphite oxide (P3HT/re-mGO) nanocomposites. In solvent, the neat re-mGO was aggregated, whereas P3HT/re-mGO nanocomposite has fine dispersion [86]. The morphology study by Atomic force microscopy (AFM) reveals the adhering of polymer chains with the GO nanosheets. The polymer was coated on the nanofiller surface (Figure 7).

Figure 7. AFM images of P3HT/re-mGO nanocomposites (5 mg/mL) with plan images (left) and phase images (right) [85]. P3HT/re-mGO = poly(3-hexylthiophene)/reduced modified graphite oxide.

Bora et al. [87] prepared the PTh/GO nanocomposites through the interfacial polymerization. The nanofiller loading improved the electrical conductivity of the nanocomposites to $2.7 \times 10^{-4}$ S cm$^{-1}$. The thermogravimetric analysis (TGA) was used to study the thermal stability of the nanocomposites (Figure 8 and Table 1). Incorporating the GO nanofiller in the PTh matrix improved the thermal stability of the polymer matrix. The PTh/GO nanocomposite (3 wt.% nanofiller) revealed increase in the weight retention to 19%, compared with the neat PTh (4%). The weight loss of the PTh matrix occur in the
range 200–300 °C. For the nanocomposites, the degradation starts at higher temperatures of 248–260 °C.

![Figure 8. TGA curves: (a) PTh; (b) PTh/GO 1, (c) PTh/GO 2 and (d) PTh/GO 3 nanocomposites; (e) GO [87].](image)

### Table 1. TGA data for PTh, GO and PTh/GO composites [87].

| Sample       | Weight Loss (%) | Weight Retention at 600 °C (%) |
|--------------|-----------------|--------------------------------|
|              | At 200 °C       | At 300 °C | At 500 °C |                         |
| PTh          | 10              | 15        | 80        | 4                       |
| PTh/GO 1     | 8               | 13        | 77        | 11                      |
| PTh/GO 2     | 7               | 12        | 73        | 17                      |
| PTh/GO 3     | 6               | 10        | 70        | 19                      |
| GO           | 1               | 25        | 35        | 60                      |

5. Significance of Conjugated Polymer/Graphene Oxide Nanocomposites

Supercapacitors are efficient energy storage devices. Supercapacitor generally stores energy on the conducting material surface. High performance supercapacitors have been developed using the conducting polymers and nanocomposites [88–90]. Polypyrrole-based supercapacitors possess high electrical conductivity, charge mobility, chemical stability, and environmental friendliness [91]. The PTh/GO nanocomposites have been applied in the supercapacitors [92,93]. For this purpose, the PTh/GO nanocomposites have been developed through the in situ oxidative polymerization technique [94–96]. Various derivatives of PTh have also been used in supercapacitors. The poly(3,4-ethylenedioxythiophene) (PEDOT)/GO based supercapacitors had high specific capacitance of 201 Fg⁻¹ [97–99]. The PEDOT/GO nanocomposite revealed high specific capacitance of 320 Fg⁻¹ [88,90]. The interactions between the polypyrrole and GO through π-π stacking or non-covalent linking have enhanced the electron mobility, capacitance values, and charge/discharge performance [102–104]. Zhou et al. [105] produced the PPy/GO nanocomposite using the electrochemical method. The electrochemical co-deposition of PPy/GO nanocomposite on the fluorine-doped tin oxide (FTO) substrate is given in Figure 9a,b. Figure 9c depicts the formation of layered supercapacitor device with PPy/GO sandwiched between the FTO substrates. Fan et al. [70] reported the supercapacitor based on the PANI/SG derived from GO. Figure 10 shows the change in the specific capacitance with current density of the
nanocomposites. The specific capacitance of the SG, PANI, and PANI/SG was decreased with the current density from 0.5–4 A g$^{-1}$. The highest specific capacitance was found for the PANI/SG nanocomposites in the range of 410–478 F g$^{-1}$. The high capacitance of the PANI/SG nanocomposites was due to the improved interactions between the conjugated polymer and nanofillers and electron transportation.

Figure 9. (a) Schematic for electrochemical co-deposition of PPy/GO nanocomposites; (b) real photo of PPy/GO-deposited FTO conducting glass; (c) construction of supercapacitor cell [105]. PPy/GO = polypyrrole/graphene oxide; FTO = Fluorine-doped tin oxide.

Figure 10. Variation of the specific capacitance with current density for SG paper, PANI powder, and PANI/SG paper [70]. PANI = polyaniline; SG = sulfonated graphene.
The increasing demand of multi-purpose energy devices have developed the advanced solar cells based on the conjugated polymers [106]. Blending of the conducting polymers with nanocarbons (graphene, GO, carbon nanotube) have improved the power conversion efficiencies of the solar cells [107]. The nanocarbons such as GO may act as electron accepting materials in the solar cell nanocomposites [108]. GO own large surface area and electron transport pathways for high charge/electron conductivity [109]. Consequently, the solar cells have been integrated with the PTh/GO based nanomaterials [110–112]. Agbolaghi et al. [113] formed the polyaniline-grafted reduced graphene oxide (PANI-g-rGO) nanocomposite using the in situ oxidative polymerization method. The PANI-g-rGO improved the solar cell efficiency to 7%. Stylianakis et al. [114] established the poly(3-hexylthiophene)/GO nanocomposites for the bulk heterojunction solar cell. The GO act as electron acceptor and poly(3-hexylthiophene) function as electron donor [115–117]. Moreover, GO was finely dispersed in the polymeric matrix and developed percolation network for the efficient electron transportation [118,119].

The electromagnetic radiation emission can daunt the performance of electronic devices and systems [120]. Consequently, the electromagnetic radiation emission has been deliberated as the environmental pollution. Incidentally, the polymeric nanocomposites have been applied to block the electromagnetic waves [121]. Graphene oxide has been used as an significant polymeric nanofiller in conducting polymers for EMI shielding [122]. Research attempts have been performed on the polyaniline and graphene oxide based nanocomposites for EMI shielding [123]. The EMI shielding efficiency of the polymer/graphene oxide has been found up to 40 dB. The polyaniline and graphene decorated with silver nanoparticles had EMI shielding efficiency of 29.33 dB [124]. In addition to polyaniline, poly(3,4-ethylenedioxythiophene) and GO based nanocomposites have also been reported [125–127]. It has been observed that the fine electrical conductivity is needed for the high EMI shielding efficiency. Subsequently, the conducting nanocomposites have ability to overcome the problem of electromagnetic radiation and low absorption [128]. The high EMI shielding performance of the polymer/graphene oxide nanocomposites can be useful for the electronic and optoelectronic devices [129].

Corrosion is a severe technical issue for the metal industries [130,131]. Various methods have been developed to prevent the erosion of metal based materials such as protective coatings, corrosion inhibitors, and better-quality anti-corrosion methods [132–134]. The anti-corrosion performance of polymers have been enhanced using the nanocarbon nanofillers such as graphene and GO [135–137]. The thin layers of GO have been studied as anti-rusting coatings [138]. The GO coatings have been used to inhibit the erosion of copper and nickel [139,140]. The PANI/GO nanofiber based coatings have been used for the corrosion resistance [141]. The PTh/GO nanocomposites have been used for the anti-rusting coatings [142]. Further investigations on the anti-corrosion and electrical conductivity properties of the conjugated polymers and graphene oxide based nanocomposites may expand this field for future advancements in this field [143].

6. Future and Summary

Graphene oxide-based conjugated polymer nanocomposites are still at the initial stages of development and there are growing interests in overcoming the challenges and applications of these materials. The attainment of ideal dispersion state of the GO nanoparticles and property enhancement are the challenging factors. The homogeneous nanofiller dispersion may offer large interfacial area between the matrix and the GO reinforcement. Consequently, the reinforcing effect of the nanofiller involve several features such as aspect ratio of GO, nanofiller orientation, polymer matrix type, polymer/nanofiller ratio, and nanofiller dispersion in the matrix. The challenging problem which need to be addressed is the large scale production of the uniformly dispersed conjugated polymer/GO nanocomposites. Primarily, fine GO dispersion and interaction in matrix/nanofiller is a major challenge.
According to above literature, conjugated polymer base materials have been discovered as a broad research field. Polyaniline, polypyrrole, polythiophene, and PTh derivatives have been polymerized using various polymerization techniques and filled with the graphene based nanofillers. It has been observed that the structure and morphology of the conducting polymer/GO depend on the fabrication technique used and the synthesis conditions. Here, the challenging factors are the identification of efficient synthesis method, optimum reaction conditions, and the choice of matrix and functional GO. In situ method has been perceived as the most widely used method in this regard. Moreover, the interactions in the conducting polymer/GO nanostructures may enhance the electrical conductivity and essential features of these materials. The structure-property relationships are predicted to establish the advanced applications of the conjugated polymer/GO nanocomposites. Supercapacitor performance can be enhanced by using the conjugated polymer/GO and doped polymer matrices. The photovoltaic effect of the conducting polymer/GO can also be improved using the doping process. The anti-corrosion performance of the conjugated polymer/GO coatings can also be upgraded using design improvement and doping techniques. In future, the conducting polymer/GO can be significantly used for the microelectronics applications. Progress in the conjugated polymer/GO nanocomposites may also lead to fine digital integrated circuits. The biomedical field is also awaiting the use of conjugated polymer/GO nanocomposites. For future advancements, various features of conjugated polymer/GO need to be considered including the modification of the conjugated main chain, functionalities of GO, altered synthesis strategies, mechanism of conjugated polymer/GO interaction, and structure-property relationship.

Briefly speaking, this review states essentials aspects of the conjugated polymer/GO nanocomposites. Conjugated polymer/GO nanomaterials have enhanced the morphological, electrical, thermal, and mechanical features. The physical properties and applications of the conjugated polymer/GO nanocomposites have been reviewed. Progress in the conjugated polymer/GO nanocomposites revealed solicitations in supercapacitors, solar cells, and corrosion protective coatings.

**Funding:** This research received no external funding.

**Conflicts of Interest:** The author declares no conflict of interest.

**References**

1. Kausar, A. *Conducting Polymer-Based Nanocomposites: Fundamentals and Applications*; Elsevier: Amsterdam, The Netherlands, 2021.
2. Rembaum, A. Semiconducting polymers. *J. Polym. Sci. Part C Polym. Symp.* 1970, 29, 157–186. [CrossRef]
3. Koshikawa, Y.; Goto, H. Magnetic behavior of an iron gluconate/polyaniline composite. *J. Compos. Sci.* 2021, 5, 252. [CrossRef]
4. Yamabe, K.; Goto, H. Synthesis and surface observation of montmorillonite/polyaniline composites. *J. Compos. Sci.* 2018, 2, 15. [CrossRef]
5. Le, T.-H.; Kim, Y.; Yoon, H. Electrical and electrochemical properties of conducting polymers. *Polymers* 2017, 9, 150. [CrossRef]
6. Alsultan, M.; Ameen, A.M.; Al-Keisy, A.; Swiegers, G.F. Conducting-polymer nanocomposites as synergistic supports that accelerate electro-catalysis: PEDOT/Nano Co3O4/rGO as a photo catalyst of oxygen production from water. *J. Compos. Sci.* 2021, 5, 245.
7. Li, C.; Shi, G. Synthesis and electrochemical applications of the composites of conducting polymers and chemically converted graphene. *Electrochim. Acta* 2011, 56, 10737–10743. [CrossRef]
8. Soares, B.; Barra, G.; Indrusiak, T. Conducting polymeric composites based on intrinsically conducting polymers as electromagnetic interference shielding/microwave absorbing materials—A review. *J. Compos. Sci.* 2021, 5, 173.
9. Askaripour, K.; Zak, A. A survey of scrutinizing delaminated composites via various categories of sensing apparatus. *J. Compos. Sci.* 2019, 3, 95.
10. Dennler, G.; Sariciftci, N.S. Flexible conjugated polymer-based plastic solar cells: From basics to applications. *Proc. IEEE* 2005, 93, 1429–1439. [CrossRef]
11. Katz, H.E.; Searson, P.; Poehler, T.O. Batteries and charge storage devices based on electronically conducting polymers. *J. Mater. Res.* 2010, 25, 1561–1574.
12. Kausar, A. Versatile epoxy/polyaniline and derived nanocomposite: From strategic design to advance application. *Mater. Res. Innov.* 2021, 25, 321–330. [CrossRef]
13. Kausar, A. Prevailing research trends in carbon nanohorn and polymer-based hybrids. *Polym. Technol. Eng.* 2017, 57, 118–132. [CrossRef]
14. Kausar, A. Polyurethane nanocomposite coatings: State of the art and perspectives. *Polym. Int.* 2018, 67, 1470–1477. [CrossRef]

15. Kausar, A. Nanomaterials for design and fabrication of superhydrophobic polymer coating. In *Superhydrophobic Polymer Coatings*; Elsevier: Amsterdam, The Netherlands, 2019; pp. 77–90.

16. Kausar, A. Nanocomposite material for supercapacitor application. *Am. J. Appl. Phys.* 2020, 4, 1–8.

17. Kausar, A. Chapter 9: Application of polymer-based composites: Conductive pastes based on polymeric composite/nanocomposite. In *Electrical Conductivity in Polymer-Based Composites: Experiments, Modelling, and Applications*; Elsevier: Amsterdam, The Netherlands, 2018; p. 255.

18. Kausar, A. Bucky papers of poly(methyl methacrylate-co-methacrylic acid)/polyamide 6 and graphene oxide-montmorillonite. *J. Dispers. Sci. Technol.* 2016, 37, 66–72. [CrossRef]

19. Kausar, A. Hybrid polymeric nanocomposites with EMI shielding applications. In *Materials for Potential EMI Shielding Applications*; Elsevier: Amsterdam, The Netherlands, 2020; pp. 227–236.

20. Kausar, A. Electroactive polymer nanocomposites in supercapacitors. *Polym. Coat. Technol. Appl.* 2020, 159–173. [CrossRef]

21. Meyer, J.C.; Geim, A.K.; Katsnelson, M.I.; Novoselov, K.S.; Booth, T.J.; Roth, S. The structure of suspended graphene sheets. *Nature* 2007, 446, 60–63.

22. Xie, Y.; Lee, J.; Jia, H.; Feng, P. Frequency tuning of two-dimensional nanoelectromechanical resonators via comb-drive mems actuators. In Proceedings of the 2019 20th International Conference on Solid-State Sensors, Actuators and Microsystems & Eurosensors XXXIII (TRANSDUCERS & EUROSENSORS XXXIII), Berlin, Germany, 23–27 June 2019; IEEE: Piscataway, NJ, USA, 2019; pp. 254–257.

23. Gao, Y.; Zhang, Y.; Chen, P.; Li, Y.; Liu, M.; Gao, T.; Ma, D.; Chen, Y.; Cheng, Z.; Qiu, X.; et al. Toward single-layer uniform hexagonal boron nitride–Graphene patchworks with zigzag linking edges. *Nano Lett.* 2013, 13, 3439–3443. [CrossRef]

24. Huang, P.; Ruiz-Vargas, C.S.; van der Zande, A.; Whitney, W.S.; Levendord, M.P.; Kevek, J.W.; Garg, S.; Alden, J.S.; hustedt, C.J.; Zhu, Y.; et al. Grains and grain boundaries in single-layer graphene atomic patchwork quilts. *Nat. Cell Biol.* 2011, 6, 389–392.

25. Lang, B. A LEED study of the deposition of carbon on platinum crystal surfaces. *Surf. Sci.* 1975, 53, 317–329. [CrossRef]

26. Seah, C.-M.; Chai, S.-P.; Mohamed, A.R. Mechanisms of graphene growth by chemical vapour deposition on transition metals. *Carbon* 2014, 70, 1–21. [CrossRef]

27. Kausar, A. Trends in graphene reinforced polyamide nanocomposites for functional application: A review. *Polym. Technol. Mater.* 2019, 58, 917–933. [CrossRef]

28. Kausar, A. A review of fundamental principles and applications of polymer nanocomposites filled with both nanoclay and nanosized carbon allotropes—Graphene and carbon nanotubes. *J. Plast. Film Sheetig* 2019, 36, 209–228. [CrossRef]

29. Pei, S.; Cheng, H.-M. The reduction of graphene oxide. *Carbon* 2012, 50, 3210–3228. [CrossRef]

30. Mohan, V.B.; Lau, K.-T.; Hui, D.; Bhattacharyya, D. Graphene-based materials and their composites: A review on production, applications and product limitations. *Compos. Part B Eng.* 2018, 142, 200–220.

31. Brodie, B.C. XXIII.—Researches on the atomic weight of graphite. *Q. J. Chem. Soc.* 1860, 12, 261–268.

32. Feicht, P.; Biskupek, J.; Gorelik, T.E.; Renner, J.; Halbig, C.E.; Maranska, M.; Punchtler, F.; Kaiser, U.; Eigler, S. Brodie’s or Hummers’ method: Oxidation conditions determine the structure of graphene oxide. *Chem. A Eur. J.* 2019, 25, 8955–8959. [CrossRef]

33. Han, J.T.; Jang, J.I.; Cho, J.; Hwang, J.Y.; Woo, J.S.; Jeong, H.J.; Jeong, S.Y.; Seo, S.H.; Lee, G.-W. Synthesis of nanobelt-like 1-dimensional silver/nanocarbon hybrid materials for flexible and wearable electronics. *Sci. Rep.* 2017, 7, 4931. [PubMed]

34. Panwar, N.; Soehartono, A.M.; Chan, K.K.; Zhang, S.; Xu, G.; Qiu, J.; Coquet, P.; Yong, K.-T.; Chen, X. Nanocarbons for biology and medicine: Sensing, imaging, and drug delivery. *Chem. Rev.* 2019, 119, 9559–9656. [CrossRef] [PubMed]

35. Lee, H.; Lee, K.S. Interlayer Distance Controlled Graphene, Supercapacitor and Method of Producing the Same. U.S. Patent 10,214,422, 26 February 2019.

36. Tang, C.; Titirici, M.; Zhang, Q. A review of nanocarbons in energy electrocatalysis: Multifunctional substrates and highly active sites. *Energy Chem.* 2017, 26, 1077–1093. [CrossRef]

37. Gupta, O.; Roy, S.; Mitra, S. Nanocarbon-immobilized membranes for separation of tetrahydrofuran from water via membrane distillation. *ACS Appl. Nano Mater.* 2020, 3, 6344–6353. [CrossRef]

38. Sarapuu, A.; Kubena-Põldsepp, E.; Borghel, M.; Tammeveski, K. Electrochemistry of oxygen reduction on heteroatom-doped nanocarbons and transition metal–nitrogen–carbon catalysts for alkaline membrane fuel cells. *J. Mater. Chem. A* 2018, 6, 776–804. [CrossRef]

39. Willardson, R.K.; Beer, A.C. *Semiconductors and Semimetals*; Academic Press: Cambridge, MA, USA, 1977.

40. Snook, G.A.; Kao, P.; Best, A.S. Conducting-polymer-based supercapacitor devices and electrodes. *J. Power Sources* 2011, 196, 1–12. [CrossRef]

41. MacDiarmid, A.G. ‘Synthetic metals’: A novel role for organic polymers. *Curr. Appl. Phys.* 2001, 1, 269–279.

42. UNSWORTH, J.; Lunn, B.; Innes, P.; Jin, Z.; Kaynak, A.; Booth, N. Technical review: Conducting polymer electronics. *J. Intell. Mater. Syst. Struct.* 1992, 3, 380–395. [CrossRef]

43. Epstein, A.J. Electrically conducting polymers: Science and technology. *MRS Bull.* 1997, 22, 16–23.

44. Shirakawa, H.; Louis, E.J.; MacDiarmid, A.G.; Chiang, C.K.; Heeger, A.J. Synthesis of electrically conducting organic polymers: Halogen derivatives of polyacetylene, (CH)x. *J. Chem. Soc. Chem. Commun.* 1977, 16, 578–580. [CrossRef]

45. Su, W.P.; Schriever, J.; Heeger, A.J. Solitons in polyacetylene. *Phys. Rev. Lett.* 1979, 42, 1698. [CrossRef]
10. Zhou, M.; Li, Y.; Gong, Q.; Xia, Z.; Yang, Y.; Liu, X.; Wang, J.; Gao, Q. Polythiophene grafted onto single-wall carbon nanotubes through oligo(ethylene oxide) linkages for supercapacitor devices with enhanced electrochemical performance. *ElectroChem. Acta* 2019, 6, 4595–4607.
101. Singh, S.B.; Kshetri, T.; Singh, T.I.; Kim, N.H.; Lee, J.H. Embedded PEDOT: PSS/AgNFs network flexible transparent electrode for solid-state supercapacitor. Chem. Eng. J. 2019, 359, 197–207.

102. Kim, T.-H.; Choi, K.-I.; Kim, H.; Oh, S.H.; Koo, J.; Nah, Y.-C. Long-term cyclability of electrochromic poly(3-hexyl thiophene) films modified by surfactant-assisted graphene oxide layers. ACS Appl. Mater. Interfaces 2017, 9, 20223–20230. [CrossRef] [PubMed]

103. Grimme, S. Do special noncovalent π–π stacking interactions really exist? Angew. Chem. Int. Ed. 2008, 47, 3430–3434.

104. Schmuck, C.; Wianend, W. Self-complementary quadruple hydrogen-bonding motifs as a functional principle: From dimeric supramolecules to supramolecular polymers. Angew. Chem. Int. Ed. 2001, 40, 4363–4369. [CrossRef]

105. Zhou, H.; Han, G.; Xiao, Y.; Chang, Y.; Zhai, H.-J. Facile preparation of polypyrrole/graphene oxide nanocomposites with large areal capacitance using electrochemical codeposition for supercapacitors. J. Power Sources 2014, 263, 259–267. [CrossRef]

106. Reiss, P.; Couderc, E.; De Girolamo, J.; Pron, A. Conjugated polymers/semiconductor nanocrystals hybrid materials—Preparation, electrical transport properties and applications. Nanoscale 2011, 3, 446–489. [CrossRef]

107. Kausar, A. Nanodiamond: A multitalented material for cutting edge solar cell application. Mater. Res. Innov. 2018, 22, 302–314.

108. Costa, R.D.; Malig, J.; Brenner, W.; Jux, N.; Guldi, D.M. Electron accepting porphycenes on graphene. Adv. Mater. 2013, 25, 2600–2605. [CrossRef] [PubMed]

109. Lee, J.K.Y.; Chen, N.; Peng, S.; Li, L.; Tian, L.; Thakor, N.; Ramakrishna, S. Polymer-based composites by electrosprinning: Preparation & functionalization with nanocarbons. Prog. Polym. Sci. 2018, 86, 40–84.

110. Rahman, M.S.; Hammad, W.A.; Yahya, R.B.; Mahmud, H.N.M.E. Prospects of conducting polymer and graphene as counter electrodes in dye-sensitized solar cells. J. Polym. Res. 2016, 23, 192. [CrossRef]

111. Subianto, S.; Dutta, N.; Andersson, M.; Choudhury, N.R. Bulk heterojunction organic photovoltaics from water-processable nanomaterials and their facile fabrication approaches. Adv. Colloid Interface Sci. 2016, 235, 56–69. [CrossRef] [PubMed]

112. Vuokchenko, L.L.; Matuzii, L.Y.; Perets, Y.S.; Milovanov, Y.S. Dielectric properties and AC conductivity of epoxy/hybrid nanocarbon oxide composites for effective electromagnetic interference shielding. J. Alloys Compd. 2016, 650–660. [CrossRef]

113. Agbolaghi, S. A step towards high-performance photovoltaics via three-component P3HT/PANI-graft-rGO nanocomposites. Fuller. Nanotub. Carbon Nanostruct. 2019, 27, 650–660.

114. Stylianakis, M.; Stratakis, E.; Koudoumas, E.; Kymakis, E.; Anastasiadis, S. Organic bulk heterojunction photovoltaic devices based on polythiophene–Graphene composites. ACS Appl. Mater. Interfaces 2012, 4, 4864–4870. [CrossRef]

115. Tschierske, C. Molecular self-organization of amphotropic liquid crystals. Prog. Polym. Sci. 1996, 21, 775–852. [CrossRef]

116. Li, Z.; Wang, W.; Greenham, N.C.; McNeill, C.R. Influence of nanoparticle shape on charge transport and recombination in polymer/graphene oxide solar cells. Phys. Chem. Chem. Phys. 2014, 16, 25684–25693. [CrossRef] [PubMed]

117. Groves, C. Developing understanding of organic photovoltaic devices: Kinetic Monte Carlo models of geminate and non-geminate recombination, charge transport and charge extraction. Energy Environ. Sci. 2013, 6, 3202–3217. [CrossRef]

118. Sun, S.; Cao, Y.; Feng, J.; Wu, P. Click chemistry as a route for the immobilization of well-defined polystyrene onto graphene sheets. J. Mater. Chem. 2010, 20, 5605–5607. [CrossRef]

119. Xu, Y.; Sheng, K.; Li, C.; Shi, G. Self-assembled graphene hydrogel via a one-step hydrothermal process. ACS Nano 2010, 4, 4324–4330. [CrossRef]

120. Glyva, V.; Kovalenko, V.; Levchenko, L.; Tykhenko, O. Research into protective properties of electromagnetic screens based on the metal-containing nanostructures. East. Eur. J. Enterp. Technol. 2017, 3, 50–56.

121. Ye, Q.; Tao, P.; Chang, C.; Zhou, L.; Zeng, X.; Song, C.; Shang, W.; Wu, J.; Deng, T. Form-stable solar thermal heat packs prepared by impregnating phase-changing materials within carbon-coated copper foams. ACS Appl. Mater. Interfaces 2019, 11, 3417–3427. [CrossRef] [PubMed]

122. Dalal, J.; Malik, S.; Dahiya, S.; Punia, R.; Singh, K.; Maan, A.; Dhawan, S.; Ohlan, A. One pot synthesis and electromagnetic interference shielding behavior of reduced graphene oxide nanocomposites decorated with Ni0.5Co0.5Fe2O4 nanoparticles. J. Alloys Compd. 2021, 887, 161472.

123. Singh, K.; Ohlan, A.; Pham, V.H.; Balasubramaniyan, R.; Varshney, S.; Jang, J.; Hur, S.H.; Choi, W.M.; Kumar, M.; Dhawan, S.K.; et al. Nanostructured graphene/Fe2O4 incorporated polyaniline as a high performance shield against electromagnetic pollution. Nanoscale 2013, 5, 2411–2420. [CrossRef] [PubMed]

124. Chen, Y.; Li, Y.; Yip, M.; Tai, N. Electromagnetic interference shielding efficiency of polyaniline composites filled with graphene decorated with metallic nanoparticles. Compos. Sci. Technol. 2013, 80, 80–86.

125. Dalal, J.; Lather, S.; Gupta, A.; Dahiya, S.; Maan, A.; Singh, K.; Dhawan, S.; Ohlan, A. EMI shielding properties of laminated graphene and PbTiO3 reinforced poly(3,4-ethylenedioxythiophene) nanocomposites. Compos. Sci. Technol. 2018, 165, 222–230. [CrossRef]

126. Dalal, J.; Gupta, A.; Lather, S.; Singh, K.; Dhawan, S.; Ohlan, A. Poly(3,4-ethylene dioxithiophene) laminated reduced graphene oxide composites for effective electromagnetic interference shielding. J. Alloys Compd. 2016, 682, 52–60. [CrossRef]

127. Dalal, J.; Lather, S.; Gupta, A.; Tripathi, R.; Maan, A.S.; Singh, K.; Ohlan, A. Reduced graphene oxide functionalized strontium ferrite in poly(3,4-ethylenedioxythiophene) conducting network: A high-performance EMI shielding material. Adv. Mater. Technol. 2019, 4, 190023. [CrossRef]

128. Ohlan, A.; Singh, K.; Chandra, A.; Dhawan, S.K. Microwave absorption properties of conducting polymer composite with barium ferrite nanoparticles in 12.4–18 GHz. Appl. Phys. Lett. 2008, 93, 053114. [CrossRef]
129. Yue, L.; Jayapal, M.; Cheng, X.; Zhang, T.; Chen, J.; Ma, X.; Dai, X.; Lu, H.; Guan, R.; Zhang, W. Highly dispersed ultra-small nano Sn-SnSb nanoparticles anchored on N-doped graphene sheets as high performance anode for sodium ion batteries. *Appl. Surf. Sci.* 2020, 512, 145686. [CrossRef]

130. Wang, X.; Dai, W.; Xu, D.; Zhang, W.; Ran, Y.; Wang, R. Hole-edge corrosion expansion monitoring based on lamb wave. *Metals* 2020, 10, 1469. [CrossRef]

131. Gnanarathinam, A.; Palanisamy, D.; Manikandan, N.; Devaraju, A.; Arulkirubakaran, D. Comparison of corrosion behavior on laser welded austenitic stainless steel. *Mater. Today Proc.* 2021, 39, 649–653. [CrossRef]

132. Wall, D. Protective coatings down under. *Constr. Eng. Aust.* 2019, 5, 38.

133. Peng, T.; Xiao, R.; Rong, Z.; Liu, H.; Hu, Q.; Wang, S.; Li, X.; Zhang, J. Polymer nanocomposite-based coatings for corrosion protection. *Chem.-Asian J.* 2020, 15, 3915–3941. [CrossRef] [PubMed]

134. AbdelRaheem, S.K.; Ali, I.H.; Ebraheem, S.A.; Chung, I.M.; Mohamed, S.K. Exploring the corrosion inhibition effect of two hydrazone derivatives for mild steel corrosion in 1.0 M HCl solution via electrochemical and surface characterization studies. *Int. J. Electrochem. Sci.* 2020, 15, 9354–9377.

135. Riaz, U.; Nwaoha, C.; Ashraf, S. Recent advances in corrosion protective composite coatings based on conducting polymers and natural resource derived polymers. *Prog. Org. Coat.* 2014, 77, 743–756.

136. Yeo, K.; Kim, J.; Kim, J. Development of an anti-corrosion conductive nano carbon coating layer on metal bipolar plates. *J. Nanosci. Nanotechnol.* 2018, 18, 6278–6282.

137. Youngha JU, N.; Yoo, J.; Kiho YE, O.; Chul, S.E. Method for Manufacturing Corrosion Resistant and Conductive Nano Carbon Coating Layer and Fuel Cell Bipolar Plate Thereby Using Stainless Steel Substrate. U.S. Patent Application 13/763,670, 14 August 2014.

138. Raman, R.K.S.; Tiwari, A. Graphene: The thinnest known coating for corrosion protection. *JOM* 2014, 66, 637–642.

139. Hikku, G.; Jeyasubramanian, K.; Venugopal, A.; Ghosh, R. Corrosion resistance behaviour of graphene/polyvinyl alcohol nanocomposite coating for aluminium-2219 alloy. *J. Alloys Compd.* 2017, 716, 259–269. [CrossRef]

140. Cui, G.; Bi, Z.; Zhang, R.; Liu, J.; Yu, X.; Li, Z. A comprehensive review on graphene-based anti-corrosive coatings. *Chem. Eng. J.* 2019, 373, 104–121. [CrossRef]

141. Fattahi, P.; Yang, G.; Kim, G.; Abidian, M.R. A review of organic and inorganic biomaterials for neural interfaces. *Adv. Mater.* 2014, 26, 1846–1885. [CrossRef] [PubMed]

142. Sarvari, R.; Sattari, S.; Massoumi, B.; Agbolaghi, S.; Beygi-Khosrowshahi, Y.; Kahaie-Khosrowshahi, A. Composite electrospun nanofibers of reduced graphene oxide grafted with poly(3-dodecylthiophene) and poly(3-thiophene ethanol) and blended with polycaprolactone. *J. Biomater. Sci. Polym. Ed.* 2017, 28, 1740–1761. [PubMed]

143. Agbolaghi, S. Well-functioned photovoltaics based on nanofibers composed of PBDT-TIPS-DTNT-DT and graphenic precursors thermally modified by polythiophene, polyaniline and polypyrrole. *Polym. Int.* 2019, 68, 1516–1523.